Enhanced photon-extraction efficiency from InGaAs/GaAs quantum dots in deterministic photonic structures at 1.3 μm fabricated by in-situ electron-beam lithography

N. Srocka, A. Musiał, P.-I. Schneider, P. Mrowiński, P. Holewa, S. Burger, D. Quandt, A. Strittmatter, S. Rodt, S. Reitzenstein, and G. Sęk

ARTICLES YOU MAY BE INTERESTED IN

On-demand generation of background-free single photons from a solid-state source
Applied Physics Letters 112, 093106 (2018); https://doi.org/10.1063/1.5020038

Deterministic integration and optical characterization of telecom O-band quantum dots embedded into wet-chemically etched Gaussian-shaped microlenses
Applied Physics Letters 113, 032103 (2018); https://doi.org/10.1063/1.5038271

Single-photon emission at 1.55 μm from MOVPE-grown InAs quantum dots on InGaAs/GaAs metamorphic buffers
Applied Physics Letters 111, 033102 (2017); https://doi.org/10.1063/1.4993935
Enhanced photon-extraction efficiency from InGaAs/GaAs quantum dots in deterministic photonic structures at 1.3 μm fabricated by in-situ electron-beam lithography

N. Srocka, A. Musiał, P.-I. Schneider, P. Mrowiński, P. Holewa, S. Burger, D. Quandt, A. Strittmatter, S. Rodt, S. Reitzenstein, and G. Sęk

1Institute of Solid State Physics, Technical University of Berlin, Hardenbergstraße 36, D-10623 Berlin, Germany
2Laboratory for Optical Spectroscopy of Nanostructures, Department of Experimental Physics, Faculty of Fundamental Problems of Technology, Wrocław University of Science and Technology, Wybrzeże Wyspiańskiego 27, 50-370 Wrocław, Poland
3JCMwave GmbH, Bolivarallee 22, D-14050 Berlin, Germany
4Zuse Institute Berlin, Takustraße 7, D-14195 Berlin, Germany

(Received 2 May 2018; accepted 25 July 2018; published online 7 August 2018)

The main challenge in the development of non-classical light sources remains their brightness that limits the data transmission and processing rates as well as the realization of practical devices operating in the telecommunication range. To overcome this issue, we propose to utilize universal and flexible in-situ electron-beam lithography and hereby, we demonstrate a successful technology transfer to telecom wavelengths. As an example, we fabricate and characterize especially designed photonic structures with strain-engineered single InGaAs/GaAs quantum dots that are deterministically integrated into disc-shaped mesas. Utilizing this approach, an extraction efficiency into free-space (within a numerical aperture of 0.4) of (10 ± 2)% has been experimentally obtained in the 1.3 μm wavelength range in agreement with finite-element method calculations. High-purity single-photon emission with \( g^{(2)}(0) < 0.01 \) from such deterministic structure has been demonstrated under quasi-resonant excitation. © 2018 Author(s). All article content, except where otherwise noted, is licensed under a Creative Commons Attribution (CC BY) license (http://creativecommons.org/licenses/by/4.0/). https://doi.org/10.1063/1.5038137

Very important building blocks for the realization of practical quantum information technologies are quantum emitters operating at telecommunication wavelengths. Their compatibility with the existing fiber networks is crucial for the implementation and future development and competitiveness of quantum technology schemes such as long-distance quantum communication via the quantum repeater concept. The main challenge for semiconductor-based sources of non-classical light remains still the brightness of the devices limited mainly by the photon-extraction efficiency (\( \eta_{\text{ext}} \)). Several approaches have been developed to overcome this issue within the last few years. In general, in view of the physical mechanism responsible for enhancing the brightness of the source, they can be categorized into engineering of the far field emission pattern of the quantum emitter to match collection optics with broadband enhancement of \( \eta_{\text{ext}} \), e.g., microlenses [Hadden (2010), Gschrey (2015)], microobjectives [Fischbach (2017), Gissibl (2016)], solid immersion lenses [Sartison (2017)] or photonic wires [Zhang (1995), Friedler (2009), Bleuse (2011), Claudon (2010), Reimer et al. (2012)] as well as waveguides [Prtljaga, (2014), Koseki (2009)] and embedding the emitter into a microcavity with narrowband enhancement of \( \eta_{\text{ext}} \) to tailor its emission rate together with directionality of emission.
The abovementioned approaches have been proven very successful and enabled one to reach record extraction efficiencies of (29-72) % for broadband enhancement approaches [Claudon (2010), Maier (2014), Schlehahn (2015)] and (66-79) % for narrow-band cavity-based solutions [Gazzano (2013), Ding (2016), Unsleber (2016)]. Using in-situ lithography techniques 79% extraction efficiency was reported in [Gazzano (2013)] for the narrowband regime and 29% in [Schlehahn (2015)] for the broadband regime. Even though most of the techniques claim to be flexible with respect to the emission wavelength of the source as well as material system, only very few were applied to quantum emitters operating in the application-relevant range of telecommunication wavelengths and none of them was a deterministic approach. For the narrowband enhancement utilizing microcavities in this spectral range $\eta_{\text{ext}}$ of 3.3% was reported for micropillar cavities [Chen (2017)], 10% for GaAs-based QDs in a planar microcavity (NA=0.5) [Zinoni (2006)] and 36% for InP-based QDs in photonic crystal cavities (NA=0.7) [Kim (2016)]. Broadband approaches have resulted so far in a maximum of 6% extraction efficiency for a tapered-mesa design [Usuki (2006)].

In this work we demonstrate O-band emitting quantum dots (QDs) that are deterministically integrated into a photonic mesa structure with experimentally obtained $\eta_{\text{ext}}$ of at least (10±2) % exceeding the typical extraction efficiency of semiconductor QDs embedded in a planar sample by an order of magnitude [Barnes (2002)] while maintaining single-photon character of the emission. The QD-mesas were fabricated by low-temperature in-situ EBL.

In order to demonstrate the technology transfer of the proposed flexible approach for deterministic device fabrication from sub-μm wavelengths to telecom wavelengths, strain-engineered self-assembled (Stranski-Krastanow) MOCVD-grown In$_{0.75}$Ga$_{0.25}$As/In$_{0.2}$Ga$_{0.8}$As/GaAs QDs emitting in the 1.3 μm range have been chosen. Below the single QD layer a distributed Bragg reflector (DBR) section (23 pairs of GaAs/Al$_{0.5}$Ga$_{0.5}$As layers) was introduced and the QDs were capped with 634 nm of GaAs layer forming a 2λ cavity and providing material for nanophotonic structure fabrication. Due to a relatively high QD spatial density of a few times $10^9$/cm$^2$ (Fig. 1(a)) resulting from yet not fully optimized growth, mesas of diameters in the range of (500 – 2500) nm were fabricated deterministically over the selected QDs with respect to the brightness and spectral range, to maximize the probability that only a single QD is embedded within the mesa structure via the low-temperature in-situ EBL approach [Kaganskiy (2015), Gschrey (2015), Gschrey (2013)] utilizing CSAR62 [Kaganskiy (2016)] electron-beam sensitive resist. As it has recently been proven theoretically, the main photon losses are related to the in-plane propagation [Schneider (2018)] which can be limited by forming even relatively simple disc-shaped mesa structures. Its additional
FIG. 1. (a) Low-temperature (T=5K) spatially-resolved cathodoluminescence (CL) map with emission from QDs in the range of (1316-1326) nm from the planar sample (before mesa fabrication) with a target QD marked by the white circle. (b) Scanning electron microscopy (SEM) image of part of the writing field corresponding to the CL map in (a). Low-temperature (T=5K) CL spectrum (before mesa fabrication, monochromator slit width = 100 µm for an increase of detected emission intensity) (c) and microphotoluminescence (µPL) spectrum (after mesa fabrication) (d) of the target QD.

advantage is that such photonic structures can be fabricated with high accuracy and an epitaxially flat top surface.

The optical properties of the QDs in the mesa structures were investigated by means of high-resolution µPL. The QD structure was mounted in a liquid-helium continuous-flow cryostat and kept at a temperature of 5 K. The polarization-resolved and excitation-power dependent µPL measurements were carried out under non-resonant continuous-wave (cw) excitation with a semiconductor laser diode emitting at 661 nm. A spatial resolution of a single micrometer was provided by a long-working-distance microscope objective with 0.4 numerical aperture. A spectral resolution of at least 25 µeV has been assured by using a 1-m focal length monochromator equipped with a LN$_2$-cooled InGaAs linear multichannel detector. For $\eta_{ext}$ measurements a non-resonant (805 nm) pulsed excitation with 80 MHz repetition rate and 50 ps long pulses provided by a semiconductor laser diode was used to excite the target QD and the optical signal was detected employing a fiber-coupled NbN superconducting single-photon counting module with ∼20% quantum efficiency and 10 dark counts/s at 1.3 µm. The same modules were further used for emission autocorrelation experiment which was carried out in Hanbury-Brown and Twiss configuration with a single monochromator as a spectral filter (100 µeV resolution) followed by 50:50 fiber beam splitter. It was performed under quasi-resonant cw excitation provided by external-cavity tunable laser in Littman-Metcalf configuration at the temperature of 30 K to additionally test the possibility to realize the single-photon operation in a cryogenic-free cryocoolers (e.g., Stirling cryocooler).

The numerical calculations of the photon-extraction efficiency from the QD-mesa structure were performed utilizing a finite-element method (FEM) in the frequency domain [Monk (2003)] following the approach described in detail in [Schneider (2018)]. The QD emitter is modelled by a dipole source. Time-harmonic Maxwell equations for the exact layer design of the investigated structure and according to measured mesa dimensions were solved by exploiting non-uniform local mesh refinement and the radial symmetry of the system as well as by applying a subtraction method for the singularity in the electromagnetic field of the dipole emitter. The extraction efficiency is calculated as the ratio of the power scattered upwards into a given numerical aperture and the total power emitted by the dipole.

The main challenges in the processing of deterministic mesas to overcome the low extraction efficiency for QDs operating at telecom wavelengths were: i) worse performance of photodetectors
for the near infrared range above 1.1 µm due to the necessity of using semiconductor compounds with narrower bandgap: over 1 order of magnitude higher dark counts for InGaAs chips in comparison to silicon-based detection and the lack of charged-coupled device technology for these materials - both increase drastically the required integration time needed for resolving low emission signals due to worse signal-to-noise ratio, ii) increased mechanical and thermal stability of the cryostat required due to the longer (approx. 2 times) CL mapping times. At the same time, the integration time for CL is limited to 30 ms by the resist’s dependence on the introduced energy dose [Gschrey (2015), Kaganskiy (2016)]. A resist layer of 160 nm thickness was spin-coated on the sample surface prior to the CL imaging step (Fig. 1(a)) and further used to transfer the written pattern to the GaAs capping layer via resist development and inductively coupled-plasma reactive-ion dry etching. The measured etching depth of 630 nm should assure that the QDs located outside the mesa are either removed or made optically inactive and will not contribute to the emission. These challenges have been tackled and the requirements were fulfilled to perform successful processing of a deterministic QD-mesa structure, which was proven by investigating the resulting optical properties as presented below.

Figure 1(a) presents an example of a CL map of the sample surface with a pre-selected QD with emission around 1326 nm used further for spectroscopic study and marked by a white circle. Except of brightness and spectral response, the QD was chosen due to its good spatial isolation in contrast to the bright emission spots on the right-hand side which origin from a few close-by QDs whose emission intensities adds up.

For this selected QD a low-temperature CL spectrum (before processing of the mesa) and a µPL spectrum from the mesa are presented in Figures 1(c) and 1(d) proving that emission of the QD before and after mesa processing shows the same basic optical properties [compare further to: Figs. 2(a) and 2(b)]. The relative change in intensity between the lines as well as energy shifts for some of them can be attributed to the different excitation mechanisms and excitation power densities in CL and µPL. More than 100 deterministic mesas were fabricated over pre-selected QDs and their emission was studied in µPL. A statistical comparison of both, total integrated emission intensity as well as maximum intensity of individual emission lines at saturation, between QD-mesas and the planar region of the sample shows an average intensity enhancement of approx. 6 times due to the reduction of QD emission propagating in-plane (and therefore lost for collection). A detailed optical study on an exemplary QD embedded in a mesa with a diameter of about 1.32 µm (determined by SEM – compare Fig. 1(b)) is presented in Fig. 2(a) and 2(b).

Emission of various excitonic complexes (neutral exciton – X and biexciton – XX; charged complexes (trions) - CX1 and CX2) was identified by means of polarization-resolved (Fig. 2(a)) and

![FIG. 2](image-url)

FIG. 2. (a) Low-temperature polarization-resolved (T=5K) microphotoluminescence (µPL) spectra under continuous-wave non-resonant excitation measured at an excitation power corresponding to the saturation of the neutral exciton emission. Various excitonic complexes from the same QD are observed: neutral exciton – X and biexciton – XX as well as trions – CX1 and CX2. Linear scale is used to color-code the emission intensity. (b) Low-temperature (T=5K) µPL spectrum under non-resonant pulsed excitation (805 nm) at saturation power (P_{sat}=1 µW) measured using superconducting nanowire single-photon counting detectors. Inset: second order correlation function g^{(2)}(t) for CX1 emission line determined from autocorrelation measurements under quasi-resonant excitation into the 1^e excited state in the QD at the temperature of 30 K (black dots) and fit (red solid line) to the experimental data deconvoluted with the overall temporal resolution of the experimental setup.
excitation power-dependent (not shown here) high-resolution measurements and their origin from the same QD was proven via cross-correlation measurements (not shown here). The basic optical properties of the investigated QD were determined, i.e., a biexciton binding energy of 3.6 meV, and a fine structure splitting of the two bright excitonic states of 60 µeV, which are typical values for the investigated structures and reported previously for similar InGaAs/GaAs QDs [Paul (2015), Olbrich (2017)]. The identification of excitonic complexes is important for the proper experimental determination of the photon extraction efficiency [following the approach used in Gschrey (2015)] as one has to evaluate the number of photons emitted by a QD at saturation, and therefore has to add all photons emitted by mutually exclusive single-excitonic complexes (like neutral exciton and trions). In this procedure we assume that a QD emits one photon per excitation pulse from a single excitonic complex, and hence, the total number of photons emitted by the QD equals to the repetition rate of the pulsed laser used to excite the QD (80 MHz in our case). The underlying assumption is that the internal quantum efficiency (no contribution of non-radiative recombination) of the QD and the excitation efficiency is 100%. These parameters are difficult to determine experimentally, and thus we use the worst-case approximation which overestimates the total number of photons emitted by the QD and therefore most probably underestimates the value of extraction efficiency determined in this way and hence constituting its lower limit rather. We excite the QD at saturating power, i.e., corresponding to equal emission intensities of X and XX lines (Fig. 2(b)) and detect the emission by a single-photon-counting module. Carrying out the measurement in a calibrated setup of known efficiency the ratio between the number of photons emitted into the first lens to the repetition rate can be treated as a measure of $\eta_{\text{ext}}$. Using this method and taking into account emission only from neutral and charged excitons we obtain an extraction efficiency of at least (10±2) % from the deterministically fabricated mesa with a single QD inside, which is one order of magnitude higher than in the case of a QD embedded below a planar and non-structured surface [Barnes (2002)]. This result nicely demonstrates the potential of the in-situ EBL nanofabrication concept, here applied for QDs in the telecom range. To further prove the applicability of the realized fabrication approach for quantum technologies we performed the emission autocorrelation measurements to demonstrate generation of single photons from such a deterministic structure. Under non-resonant excitation quite substantial emission background could still be observed (Fig. 2) which is a consequence of yet too high spatial QD density, and hence hardly avoidable emission from other QDs. In these excitation conditions the obtained value of $g^{(2)}(0)$ was on the level 0.5 (not shown here), at the very limit of the single-photon emission condition. To overcome this problem a quasi-resonant excitation scheme was utilized and as measured $g^{(2)}(0)$ value of 0.09 (<0.01 after deconvolution with setup response function) was obtained – the inset to Fig. 2(b) presents the result for a positively charged trion line. This proves that high purity of the single-photon emission can be obtained from such deterministic structures with improved extraction efficiency.

For a direct comparison to the experimentally determined photon-extraction efficiency it was also calculated by the numerical method as described above. The actual structural data of the investigated mesa structure was used as input for the calculations that were performed for a model structure as shown in Fig. 3(a). The resulting electric field distribution of the scattered dipole emission is depicted in Fig. 3(b)–3(d) display the extraction efficiency as a function of emission wavelength and lateral dipole offset, respectively. The obtained extraction efficiency of 8.5% for a wavelength around 1326 nm and a numerical aperture of 0.4 is in a very good agreement with the extraction efficiency determined experimentally. This supports the assumption of 1 photon per pulse emitted from the QD used while determining the measured extraction efficiency as also in the calculation no non-radiative recombination is included and 100% internal quantum efficiency of the model QD is assumed.

The obtained extraction efficiency is a fingerprint of a proper structural quality of the processed mesa, the good optical quality of the QD, as both a reduced internal quantum efficiency of the QD and shape irregularities of the mesa would result in a smaller photon-extraction efficiency. Also, there is a high accuracy in positioning the mesa with respect to the selected QD estimated to be better than 50 nm as $\eta_{\text{ext}}$ depends strongly on the relative position of the QD and the mesa center (Fig. 3(d)). Additional numerical simulations (not shown here) demonstrate that in a fully optimized device design (including a QD position in the growth direction and thicknesses of all layers).
FIG. 3. (a) Model structure used for the calculations following the actual structure’s layer design and measured geometry of the mesa. (b) Electric field distribution calculated for parameters corresponding to that of the selected QD-mesa. (c) Dependence of the extraction efficiency on the emission wavelength of the dipole calculated for a numerical aperture NA of 0.4 (corresponding to the NA of the microscope objective used in the spectroscopic studies) for a dipole positioned in the center of the mesa. (d) Calculated extraction efficiency dependence on a lateral dipole displacement (offset) from the center of the mesa for a dipole emission wavelength corresponding to the X emission from the selected QD.

an $\eta_{\text{ext}}$ exceeding 50% can be achieved for simple mesa structures on a DBR for QDs emitting at 1300 nm.

In conclusion, we have demonstrated the successful transfer of our in-situ EBL approach to QDs emitting at telecommunication wavelengths. Technologically less challenging and less sensitive to processing imperfections, disc-shaped mesas were processed to enhance $\eta_{\text{ext}}$ of single QD emission instead of more sophisticated photonic structures like curved lenses. A sixfold increase in emission intensity in comparison to the QDs in the planar part of the sample was observed while maintaining the spectral emission features and high optical quality of the integrated QD. Even without full optimization of the mesa and QD structure design yet, $\eta_{\text{ext}}$ of at least (10±2) % from a QD embedded deterministically in such a mesa structure emitting at the telecom O-band together with high single-photon purity with $g^2(0)<0.01$ under quasi-resonant excitation at 30 K were achieved. Experimentally determined extraction efficiency is in good agreement with numerical simulations. The photon-extraction efficiency could be further improved by utilizing detection system with higher NA or by realizing numerically-determined optimized mesa design, but for that, a lower spatial QD density is required to assure that only a single QD is present in a nanophotonic structure to avoid the contribution of other quantum emitters to the spectrum. Extraction efficiencies exceeding 50% are predicted to be achievable within this approach. This constitutes an important step towards the fabrication of practical single-photon sources for quantum communication applications, which are based on quantum emitters fulfilling the demands for brightness and fiber-compatible spectral range, and operating at elevated temperatures making them suitable for the use in compact, cryogenic-free cryocoolers. This approach can be extended further for the fabrication of 3D structures as has already been shown with microlenses [Gschrey (2015)].

We would like to thank PicoQuant GmbH for providing pulsed excitation source for the extraction efficiency measurements as well as Artem Bercha and Witold A. Trzeciakowski from Institute of High Pressure Physics of Polish Academy of Sciences (Warsaw, Poland) for providing tunable cw external-cavity laser utilized to excite the QD quasi-resonantly for emission autocorrelation measurements. We also acknowledge financial support via the FI-SEQUR project jointly financed by the European Regional Development Fund (EFRE) of the European Union in the framework of the programme to
promote research, innovation and technologies (Pro FIT) in Germany, and by the National Centre for
Research and Development in Poland within the 2nd Poland-Berlin Photonics Programme, grant No.
2/POLBER-2/2016 (project value 2 089 498 PLN). In addition, we acknowledge financial support
by the German Research Foundation via CRC 787.

Barnes, W. L., Björk, G., Gérard, J. M., Jonsson, P., Wasey, J. A. E., Worthing, P. T., and Zwiller, V., “Solid-state single photon
sources: Light collection strategies,” Eur. Phys. J. D 18, 197 (2002).

Bleuse, J., Claudon, J, Creasey, M., Malik, N. T., and Gérard, J.-M., “Inhibition, enhancement, and control of spontaneous emission
in photonic nanowires,” Phys. Rev. Lett. 106, 103601 (2011).

Cadeddu, D., Teissier, J., Braaakman, F. R., Gregersen, N., Stepans, P., Gérard, J.-M., Claudon, J., Warburton, R. J., Poggio,
M., and Munsch, M., “A fiber-coupled quantum-dot on a photonic tip,” Appl. Phys. Lett. 108, 011112 (2016).

Chen, Z.-S., Ma, B., Shang, X.-J., Ni, H.-Q., Wang, J.-L., and Niu, Z.-C., “Bright single-photon source at 1.3 μm based on
InAs bilayer quantum dot in micropillar,” Nanoscate Research Lett. 12, 378 (2017).

Claudon, J., Bleuse, J., Malik, N. S., Bazin, M., Jaffrennou, P., Gregersen, N., Sauvan, C., Lalanne, P., and Gérard, J.-M., “A
highly efficient single-photon source based on a quantum dot in a photonic nanowire,” Nat. Photonics 4, 174 (2010).

Davanço, M., Rakher, M. T., Schuh, D., Badolato, A., and Srinivasan, K., “A circular dielectric grating for vertical extraction
of single quantum dot emission,” Appl. Phys. Lett. 99, 041102 (2011).

Ding, F., Stöferle, T., Mai, L., Knoll, A., and Maht, R. F., “Vertical microcavities with high Q and strong lateral mode
suppression,” Phys. Rev. B 87, 161116(R) (2013).

Ding, X., He, Y., Duan, Z.-C., Gregersen, N., Chen, M.-C., Usleber, S., Maier, S., Schneider, C., Kamp, M., Höfling, S.,
Lu, C.-Y., and Pan, J.-W., “On-demand single photons with high extraction efficiency and near-unify indistinguishability
from a resonantly driven quantum dot in a micropillar,” Phys. Rev. Lett. 116, 020401 (2016).

Dousse, A., Lancou, L., Suffczynski, J., Semenova, E., Miard, A., Lemaître, A., Sagnes, I., Roblin, C., Bloch, J., and Senellart,
P., “Controlled light-matter coupling for a single quantum dot embedded in a pillar microcavity using far-field optical
lithography,” Phys. Rev. Lett. 101, 267404 (2008).

Ellis, D. J. P., Bennett, A. J., Dewhurst, S. J., Nickoll, C. A., Ritchie, D. A., and Shields, A. J., “Cavity-enhanced radiative
emission rate in a single-photon-emitting diode operating at 0.5 GHz,” N. J. Phys. 10, 043035 (2008).

Fischbach, S., Schlehan, A., Thoma, A., Srocka, N., Gissibl, T., Ristok, S., Thiele, S., Kaganskiy, A., Strittmatter, A., Heindel,
T., Rodt, S., Herkommer, A., Giessen, H., and Reitzenstein, S., “Single quantum dot with microlens and 3D-printed
micro-objective as integrated bright single-photon source,” ACS Photonics 4, 1327 (2017).

Friedler, I., Sauvan, C., Hugonin, J. P., Lalanne, P., Claudon, J., and Gérard, J. M., “Solid-state single photon sources: The
nanowire antenna,” Opt. Express 17, 2095 (2009).

Gayral, B. and Gérard, J. M., “Strong Purcell effect for InAs quantum boxes in high-Q wet-etched microdisks,” Physica E 7,
641 (2000).

Gazzano, O., de Vasconcellos, S. M., Arnold, C., Nowak, A., Galopin, E., Sagnes, I., Lancos, L., Lematre, A., and Senellart,
P., Nat. Commun. 4, 1425 (2013).

Gazzano, O. and Solomon, G. S., “Toward optical quantum information processing with quantum dots coupled to
microstructures,” J. Opt. Soc. Am. B 33(7), C160 (2016).

Gérard, J. M., Sermage, B., Gayral, B., Lebrand, B., Costard, E., and Thierry-Mieg, V., “Enhanced spontaneous emission by
quantum boxes in a monolithic optical microcavity,” Phys. Rev. Lett. 81, 1110 (1998).

Gissibl, T., Thiele, S., Herkommer, A., Giessen, H., and Reitzenstein, S., “Two-photon direct laser writing of ultracompact multi-lens
objectives,” Nat. Photonics 10, 554 (2016).

Goy, P., Raimond, J. M., Gross, M., and Haroche, S., “Observation of cavity-enhanced single-atom spontaneous emission,”
Phys. Rev. Lett. 50, 1903 (1983).

Gschrey, M., Gerick, F., Schüller, A., Schmidt, R., Schulze, J.-H., Heindel, T., Rodt, S., Strittmatter, A., and Reitzenstein,
S., “In situ electron-beam lithography of deterministic single-quantum-dot mesa-structures using low-temperature
cathodoluminescence spectroscopy,” Appl. Phys. Lett. 102, 251113 (2013).

Gschrey, M., Thoma, A., Schuber, P., Seifried, M., Schmidt, R., Wohlfeld, B., Krüger, L., Schulze, J.-H., Heindel, T., Burger,
S., Strittmatter, A., Rodt, S., and Reitzenstein, S., “Highly indistinguishable photons from deterministic quantum-dot microlenses utilizing three-dimensional in situ electron-beam lithography,” Nat.
Commun. 6, 7662 (2015).

Hadden, J. P., Harrison, J. P., Stanley-Clarke, A. C., Marseglia, L., Ho, Y.-L. D., Patton, B. R., O’Brien, J. L., and Rarity, J.
G., “Strongly enhanced photon collection from diamond defect centers under microfabricated integrated solid immersion lenses,” Appl. Phys. Lett. 97, 241901 (2010).

Heindel, T., Schneider, C., Lermer, M., Kwon, S. H., Braun, T., Reitzenstein, S., Höfling, S., Kamp, M., and Forchel, A.,
“Electrically driven quantum dot-micropillar single photon source with 34% overall efficiency,” Appl. Phys. Lett. 96,
011107 (2010).

Kaganskiy, A., Gschrey, M., Schlehan, A., Schmidt, R., Schulze, J.-H., Heindel, T., Strittmatter, A., Rodt, S., and Reitzenstein,
S., “Advanced in-situ electron-beam lithography for deterministic nanophotonic device processing,” Rev. Sci. Instrum.
86, 073903 (2015).

Kaganskiy, A., Heuser, T., Schmidt, R., Rodt, S., and Reitzenstein, S., “CSAR62 as negative-tone resist for high-contrast
e-beam lithography at temperatures between 4 K and room temperature,” J. Vac. Sci. Technol. 34, 061603 (2016).

Kaganskiy, A., Gerick, F., Heuser, T., Heindel, T., Porte, X., and Reitzenstein, S., “Micropillars with a controlled number of
site-controlled quantum dots,” Appl. Phys. Lett. 112, 071101 (2018).

Kim, J.-H., Cai, T., Richardson, C. J. K., Leavitt, R. P., and Waks, E., “Two-photon interference from a bright single-photon source
at telecom wavelengths,” Optica 3, 577 (2016).

Kiraz, A., Michler, P., Becher, C., Gayral, B., Imamolu, A., Zhang, L., Hu, E., Schoenfeld, W. V., and Petroff, P. M.,
“Cavity-quantum electrodynamics using a single InAs quantum dot in a microdisk structure,” Appl. Phys. Lett.
78, 3932 (2001).

Palacios, J. G., Nee, J. R., Padilha, W. E., andprobability distributions,” AIP Advances 8, 085205 (2018).
Kojima, T., Kojima, K., Asano, T., and Noda, S., “Accurate alignment of a photonic crystal nanocavity with an embedded quantum dot based on optical microscopic photoluminescence imaging,” *Appl. Phys. Lett.* **102**, 011110 (2013).

Koseki, S., Zhang, B., De Greve, K., and Yamamoto, Y., “Monolithic integration of quantum dot containing microdisk micracavities coupled to air-suspended waveguides,” *Appl. Phys. Lett.* **94**, 051110 (2009).

Kumano, H., Nakajima, H., Iijima, H., Odashima, S., Matsuo, Y., Ijro, K., and Suemune, I., “Enhanced photon extraction from a quantum dot induced by a silver microcolumnar photon reflector,” *Appl. Phys. Express* **6**, 062801 (2013).

Kürster, A., Heyn, C., Ungeheuer, A., Juska, G., Moroni, S. T., Pelucchi, E., and Hansen, W., “Droplet etching of deep nanoholes for filling with self-aligned complex quantum structures,” *Nanoscale Res. Lett.* **11**, 282 (2016).

Laurent, S., Varoutsis, S., Le Gratiet, L., Lemaitre, A., Sagens, I., Raineri, F., Levenson, A., Robert-Philip, I., and Abram, I., “Indistinguishable single photons from a single-quantum dot in a two-dimensional photonic crystal cavity,” *Appl. Phys. Lett.* **87**, 163107 (2005).

Maier, S., Gold, P., Forchel, A., Gregersen, N., Mørk, J., Hönninger, S., Schneider, C., and Kamp, M., “Bright single photon source based on self-aligned quantum dot-cavity systems,” *Opt. Express* **22**, 8136 (2014).

Monk, P., *Finite Element Methods for Maxwell’s Equations*, Numerical Analysis and Scientific Computation (Claredon, 2003).

Moreau, E., Robert, I., Gérard, J. M., Abram, I., Manin, L., and Théry-Mieg, V., “Single-mode solid-state single photon source based on isolated quantum dots in pillar microcavities,” *Appl. Phys. Lett.* **79**, 2865 (2001).

Nguyen, P., Ng. H. T., and Meyyappan, M., “Catalyst metal selection for synthesis of inorganic nanowires,” *Adv. Mater.* **17**, 1771 (2005).

Nogues, G., Merotto, Q., Bachelier, G., Lee, E. H., and Song, J. D., “Fabrication and tuning of plasmonic optical nanoantennas around droplet epitaxy quantum dots by cathodoluminescence,” *Appl. Phys. Lett.* **102**, 231112 (2013).

Olbrich, F., Höschle, J., Müller, M., Kettler, J., Portalupi, S. L., Paul, M., Jetter, M., and Michler, P., “Polarization-entangled photons from an InGaAs-based quantum dot emitting in the telecom C-band,” *Appl. Phys. Lett.* **111**, 133106 (2017).

Paul, M., Kettler, J., Zeuner, K., Clausen, C., Jetter, M., and Michler, P., “Metal-organic vapor-phase epitaxy-grown ultra-low density InGaAs/GaAs quantum dots exhibiting cascaded single-photon emission at 1.3 µm,” *Appl. Phys. Lett.* **106**, 122105 (2015).

Pfeiffer, M., Lindfors, K., Atkinson, P., Rastelli, A., Schmidt, O. G., Giessen, H., and Lippitz, M., “Positioning plasmonic nanostructures on single quantum emitters,” *Phys. Stat. Sol. B* **249**, 678 (2012).

Pfeiffer, M., Lindfors, K., Zhang, H., Fenk, B., Philiipp, F., Atkinson, P., Rastelli, A., Schmidt, O. G., Giessen, H., and Lippitz, M., “Eleven nanometer alignment precision of a plasmonic nanoantenna with a self-assembled gaa quantum dot,” *Nano Lett.* **14**, 197 (2014).

Prljaga, N., Coles, R. J., O’Hara, J., Royall, B., Clarke, E., Fox, A. M., and Skolnick, M. S., “Monolithic integration of a quantum emitter with a compact on-chip beam-splitter,” *Appl. Phys. Lett.* **104**, 231107 (2014).

Reimer, M., Bulgariini, G., Akopian, N., Hocaver, M., Bouwes Bavinck, M., Verheijen, M. A., Bakkers, A. P. A. M., Kouwenhoven, L. P., and Zwiller, V., *Nature Commun.* **3**, 737 (2012).

Sapienza, L., Davanço, M., Batalato, A., and Sznitowska, K., “Nanoscale optical positioning of single quantum dots for bright and pure single-photon emission,” *Nat. Commun.* **6**, 7833 (2015).

Sartison, M., Portalupi, S. L., Gissibl, T., Jetter, M., Giessen, H., and Michler, P., “Combining in-situ lithography with 3D printed solid immersion lenses for single quantum dot spectroscopy,” *Sci. Rep.* **7**, 39916 (2017).

Sawicki, K., Malinowski, F. K., Galkowski, K., Jakubczyk, T., Kossacki, P., Pcuski, W., and Sufczynski, J., “Single-color, in situ photolithography marking of individual GeTe/ZnTe quantum dots containing a single Mn²⁺ ion,” *Appl. Phys. Lett.* **106**, 012101 (2015).

Schleahn, A., Gaafer, M., Vaupel, M., Gschrey, M., Schnauber, P., Schulze. J.-H., Rodt, S., Strittmatter, A., Stolz, W., Rahimi-Iman, A., Heindel, T., Koch, M., and Reitzenstein, S., “Single-photon emission at a rate of 143 MHz from a deterministic quantum-dot microlens triggered by a mode-locked vertical-external-cavity surface-emitting laser,” *Appl. Phys. Lett.* **107**, 041105 (2015).

Schneider, C., Huggenberger, A., Gschrey, M., Gold, P., Rodt, S., Forchel, A., Reitzenstein, S., Hönninger, S., and Kamp, M., “In(Ga)As/GaAs site-controlled quantum dots with tailored morphology and high optical quality,” *Phys. Stat. Sol. A* **209**, 2379 (2012).

Schneider, P.-I., Stroka, N., Rodt, S., Zschiedrich, L., Reitzenstein, S., and Burger, S., “Numerical optimization of the extraction efficiency of a quantum-dot based single-photon emitter into a single-mode fiber,” *Opt. Express* **26**, 8479 (2018).

Somachsi, N., Giesz, V., De Santis, L., Lanzillotti-Kimura, N. D., Lemaitre, A., Auffeves, V., White, A. G., Lanco, L., and Senellart, P., “Near-optimal single-photon sources in the solid state,” *Nat. Photonics* **10**, 340 (2016).

Strauf, S., Stolz, N. G., Rakher, M. T., Coldren, M. A., Petroff, P. M., and Bouwmeester, D., “High-frequency single-photon source with polarization control,” *Nat. Photonics* **1**, 704 (2007).

Strittmatter, A., Schliwa, A., Schulze, J.-H., Germann, T. D., Dreismann, A., Hitzemann, O., Stock, E., Ostapenko, I. A., Rodt, S., Unrau, W., Pohl, U. W., Hoffmann, A., Bimberg, D., and Haisler, V., “Lateral positioning of InGaAs quantum dots using a buried stressor,” *Appl. Phys. Lett.* **100**, 093111 (2012).

Ursuleb, S., He, Y.-M., Gerhardt, S., Maier, S., Lu, C.-Y., Pan, J.-W., Gregersen, N., Kamp, M., Schneider, C., and Hönninger, S., “Highly indistinguishable on-demand resonance photons from a deterministic quantum dot micropillar device with 74% extraction efficiency,” *Opt. Express* **24**, 8539 (2016).

Usuki, T., Nakajima, H., Iijima, H., Odashima, S., Matsuo, Y., Ijro, K., and Suemune, I., “Enhanced photon extraction from a quantum dot induced by a silver microcolumnar photon reflector,” *Appl. Phys. Express* **6**, 062801 (2013).

Varoutsis, S., Laurent, S., Kramer, P., Lemaitre, A., Sagens, I., Robert-Philip, I., and Abram, I., “Restoration of photon indistinguishability in the emission of a semiconductor quantum dot,” *Phys. Rev. B* **72**, 041303(R) (2005).

Yablonovitch, E., “Photonic band-gap structures,” *J. Opt. Soc. Am. B* **10**, 283 (1993).

Zadeh, I. E., Elshaari, A. W., Jönsson, K., Fognini, A., Dalacu, D., Poole, P. J., Reiine, M. E., and Zwiller, V., “Deterministic integration of single photon sources in silicon based photonic circuits,” *Nano Lett.* **16**, 2289 (2016).
Zinoni, C., Alloing, B., Monat, C., Zwiller, V., Li, L. H., Fiore, A., Lunghi, L., Gerardino, A., de Riedmatten, H., Zbinden, H., and Gisin, N., “Time-resolved and antibunching experiments on single quantum dots at 1300 nm,” Appl. Phys. Lett. 88, 131102 (2006).

Zhang, J. P., Chu, D. Y., Wu, S. L., Ho, S. T., Bi, W. G., Tu, C. W., and Tiberio, R. C., “Photonic-wire laser,” Phys. Rev. Lett. 75, 2678 (1995).